RESEARCH ARTICLE

3D - PRINTED MULTILAYER PROCESSES FOR LIGHTWEIGHT WEARABLE AND FLEXIBLE MICROSYSTEMS

A. Alforidi¹,³, D.M. Aslam¹, D. Li² and X. Liang²

1. Michigan State University, East Lansing, MI.
2. University of Michigan, Ann Arbor, MI.
3. Taibah University, Saudi Arabia, Medina.

Manuscript Info

Manuscript History
Received: 10 October 2019
Final Accepted: 12 November 2019
Published: December 2019

Key words:-
Wearable Devices, 3D-Printing Electronics, Flexible Electronics

Abstract

Three-dimensional (3D) printed microsystem has significance potential for ubiquitous and lightweight wearable devices. Here we present a metal deposition process for 3D microsystem integration accomplished through evaporating, sputtering and electroplating techniques. To provide a proof of principle for the approach, we demonstrate 3D printed two layers microsystem of Electrocardiogram (ECG) signal detection on polypropylene photopolymer (RGD450) substrate. Furthermore, the presented process can be extended for multilayers structure enabling realization and miniaturization of complex systems in planar and non-planar structures. Utilizing concepts of 3D printing with the proposed process and enhancement of adhesion properties provides the ability of implementing printed electronics in wide range of substrates material.

Introduction:-

Development of lightweight wearable devices 12 and replacement of conventional fabrication methods for electronic devices 34567 have led to 3D-printed prosthetics 8, dental implants 9, bionic ears 10, compound eye system 11, antennas 12 and Li-ion microbatteries 13. However, most of 3D printed microsystems use Cu conductive ink requiring high curing temperatures to lower the resistivity 14 15. The copper films offer approximate bulk resistivity of 1.67 x10⁻⁸ Ω.m if the thickness of film is 49 nm or larger 16 with no curing temperature needed after deposition. Broader types of materials on plastic substrates with evaporation techniques 17 18 and recent development in 3D printing machines, with ability to print very high-resolution geometrics with different materials, including Acrylonitrile Butadiene Styrene (ABS), flexible filaments, High Impact Polystyrene (HIPS) and carbon fiber filaments 1920122 are important.

Corresponding Author:- A. Alforidi
Address:-Michigan State University, East Lansing, MI.
This letter reports, novel 3-D printed metallization processes developed for multilayer Microsystems, using lightweight material on planar and non-planar surfaces, for the first time. It has following unique features: a) self-aligned 3D-printed shadow mask designed for patterning metal interconnects, b) a temporary connection between isolated metal segments created by a 3D-printed metalized structure for electroplating process, and c) vertical interconnect access (via) process created and metalized to enable electrical connection between multilayers of the Microsystem for miniaturization. This process can be adapted in PCB (Printed Circuit Board) manufacturing as it offers smaller fabrication steps than conventional PCB fabrication and it is highly desired for fabric-embedded devices 23.

**Design And Fabrication:**
As shown in Fig. 1, this letter, for the first time, addresses the following aspects for development of 3D Microsystem process: 1) 3D printed shadow mask with customized size apertures utilized for fabricating sharp patterns of conductive traces through physical vapor deposition (e-beam evaporation and sputtering techniques). The shadow mask helps patterning of conductive traces for electroplating process (a). 2) After evaporation, the metalized substrate (top), placed in holder's recess for better alignment. The electroplating produces the desired thickness of the patterned metal (b and d). 3) Multilayer process through metalized structures provides vertical interconnect access for implementation of a compact 3D Microsystem (c).

The process of this letter provides metal interconnects on plastic substrates (1mm thick with recess depth of 0.8 mm) more efficiently than conductive inks for the following reasons: (a) by not requiring curing at high temperatures to enhance conductivity, it is suitable for a wide range of polymer-based substrates, and (b) it produces lower resistivity interconnects. For better access the chip pads, it was mounted bottom-up position. After checking the electrical connectivity, the passive components and IC chip were soldered and tested.

The proposed process involves three metallization techniques: (1) e-beam evaporation for thin film patterns, (2) sputtering for step coating of the knobs structures in the bottom layer, and (3) electroplating for further increasing the thickness of the deposited metal. The deposited films are:
1. 100 nm Ti to enhance adhesion between the surface of the substrate and the deposited gold/copper.
2. 500 nm; Au for wire bonding or Cu for soldering.

Metal films are sputtered on the surface of the sample with 100 nm Ti and 500 nm Au at 2x10^{-6} Torr with deposition rates of 1.5 and 7.6 nm/s, respectively. As the thickness of deposited film is not sufficient for soldering process, electroplating process is used for achieving 10 microns thickness of metal interconnects. Based on initial demonstration, it’s noticed that sputtering provides a better step coverage on the second layer substrate than evaporation. This is critically important for vertical interconnect access through via holes.

Discussion and Conclusion:-
The deposited Ti/Au shows a good adhesion to the substrate with good conductive patterns. As the thickness of the deposited films increases with electroplating, the deposited films become more adhesive during soldering if soldering temperature is not too high. A major success of the process requires a high quality adhesive material between the substrate and the deposited metal films. The presented approach provides a low cost and rapid manufacturing for realizing highly integrated and lightweight wearable Microsystems. However, the printing resolutions, the residue in the apertures area, and the surface roughness of the printed filaments are major challenges towards large-scale manufacturing. The minimum aperture width in the shadow mask is 0.3 mm that also represents the width of the patterned interconnects. With proper shadow mask design, this methodology could be applicable for solder-free electronics.

The proposed approach of 3D-printed Microsystems, reported for the first time, provides highest electrical conductivity in printed electronics without curing. The integration of physical vapor deposition system with 3D printing machine is very promising for the future industry of 3D-printed Microsystems.

Acknowledgments:-
The authors would like to thank Mr. B. Wright in MSU ECE for technical support and helpful discussion.

Fig 2: The developed microsystem for ECG measurements.

References:-
1. Linghu, Changhong, et al. "Transfer printing techniques for flexible and stretchable inorganic electronics." npj Flexible Electronics 2.1:26, (2018).
2. Schubert, Carl, Mark C. Van Langeveld, and Larry A. Donoso. "Innovations in 3D printing: a 3D overview from optics to organs." British Journal of Ophthalmology 98.2: 159-161, (2014).
3. Ngo, Tuan D., et al. "Additive manufacturing (3D printing): A review of materials, methods, applications and challenges." Composites Part B: Engineering 143: 172-196, (2018).
4. Kang, Boseok, Wi Hyoung Lee, and Kilwon Cho. "Recent advances in organic transistor printing processes." ACS applied materials & interfaces 5.7: 2302-2315, (2013).
5. Li, Yuzhi, et al. "All inkjet-printed metal-oxide thin-film transistor array with good stability and uniformity using surface-energy patterns." ACS applied materials & interfaces 9.9: 8194-8200, (2017).
6. Gao, Wei, et al. "The status, challenges, and future of additive manufacturing in engineering." Computer-Aided Design 69: 65-89, (2015).
7. Lewis, Jennifer A., and Bok Y. Ahn. "Device fabrication: Three-dimensional printed electronics." Nature 518.7537: 42, (2015).
8. Ten Kate, Jelle, Gerwin Smit, and Paul Breedveld. "3D-printed upper limb prostheses: a review." Disability and Rehabilitation: Assistive Technology 12.3: 300-314, (2017).
9. Tamimi, Faleh, et al. "Osseointegration of dental implants in 3D-printed synthetic onlay grafts customized according to bone metabolic activity in recipient site." Biomaterials 35.21: 5436-5445, (2014).
10. Mannoor, Manu S., et al. "3D printed bionic ears." Nano letters13.6: 2634-2639, (2013).
11. Li, Lei, and Y. Yi Allen. "Development of a 3D artificial compound eye." Optics express 18.17: 18125-18137, (2010).
12. Adams, Jacob J., et al. "Conformal printing of electrically small antennas on three-dimensional surfaces." Advanced Materials23.11: 1335-1340, (2011).
13. Sun, Ke, et al. "3D printing of interdigitated Li-Ion microbattery architectures." Advanced materials 25.33: 4539-4543, (2013).
14. Lee, Byoungyoon, et al. "A low-cure-temperature copper nano ink for highly conductive printed electrodes." Current Applied Physics 9.2: e157-e160, (2009).
15. Salam, Budiman, et al. "Low temperature processing of copper conductive ink for printed electronics applications." 2011 IEEE 13th Electronics Packaging Technology Conference. IEEE, 2011.
16. Barnat, E. V., et al. "Real time resistivity measurements during sputter deposition of ultrathin copper films." Journal of applied physics 91.3: 1667-1672, (2002).
17. Lu, Bingheng, Hongbo Lan, and Hongzhong Liu. "Additive manufacturing frontier: 3D printing electronics." Opto-Electronic Advances 1.01: 170004, (2018).
18. Vatani, Morteza, et al. "Combined 3D printing technologies and material for fabrication of tactile sensors." International Journal of Precision Engineering and Manufacturing 16.7: 1375-1383, (2015).
19. Chia, Helena N., and Benjamin M. Wu. "Recent advances in 3D printing of biomaterials." Journal of biological engineering9.1: 4, (2015).
20. Lipson, Hod, and Melba Kurman. Fabricated: The new world of 3D printing. John Wiley & Sons, 2013.
21. Zardetto, Valerio, et al. "Substrates for flexible electronics: A practical investigation on the electrical, film flexibility, optical, temperature, and solvent resistance properties." Journal of Polymer Science Part B: Polymer Physics 49.9: 638-648, (2011).
22. Zheng, Xiaoyu, et al. "Multiscale metallic metamaterials." Nature materials 15.10: 1100, (2016).
23. Alforidi, Ahmad, and Dean M. Aslam. "Fabric-Embedded EEG/ECG/EMG Micro-Systems Monitoring Smart-Horne-Occupants' Health/Disease by Smartphones." 2018 IEEE International Conference on Electro/Information Technology (EIT). IEEE, 2018.